Citation: Guo, Y.; Li, Z.; Sha, M.; Deng, P.; Lin, X.; Li, J.; Zhang, L.; Yin, H.; Zhan, H. Synthesis of a Low-Cost Thiophene-Indoloquinoxaline Polymer Donor and Its Application to Polymer Solar Cells. Polymers 2022, 14, 1554. https://doi.org/10.3390/polym14081554

Academic Editor: Bożena Jarzábek
Received: 12 March 2022
Accepted: 6 April 2022
Published: 11 April 2022
Publisher’s Note: MDPI stays neutral with regard to jurisdictional claims in published maps and institutional affiliations.

Abstract: A simple wide-bandgap conjugated polymer based on indoloquinoxaline unit (PIQ) has been newly designed and synthesized via cheap and commercially available starting materials. The basic physicochemical properties of the PIQ have been investigated. PIQ possesses a broad and strong absorption band in the wavelength range of 400~660 nm with a bandgap of 1.80 eV and lower-lying highest occupied molecular orbital energy level of $-5.58$ eV. Polymer solar cells based on PIQ and popular acceptor Y6 blend display a preliminarily optimized power conversion efficiency of 6.4%. The results demonstrate indoloquinoxaline is a promising building unit for designing polymer donor materials for polymer solar cells.

Keywords: indoloquinoxaline; low-cost polymer donor; wide-bandgap polymer; polymer solar cells

1. Introduction

Polymer solar cells (PSCs) are attractive as a promising new energy device for solar-to-electric conversion [1]. In a typical device, the active-layer blending film consists of a donor material and an acceptor material [2,3]. One of the most successful blends in recent years contains a p-type polymer as the donor and an n-type non-fullerene molecule as the acceptor [4]. Thanks to rational molecular design and device optimization [5], the power conversion efficiencies (PCEs) of PSCs have consistently improved [6]. However, one issue that must be critically considered is the cost of the active-layer materials [7,8]. Because of the complicated molecular structures, tedious multi-step organic synthesis, and laborious purifications, the costs of the efficient active-layer materials reported so far were too high to meet commercial application of PSCs [9]. Therefore, developing low-cost and efficient active-layer materials is one of the key challenges for the application of PSCs [10,11].

Recently, a low-cost and high-performance polymer donor, PTQ10 [12], has been demonstrated as a promising polymer donor for commercial application of PSCs. Compared to the classical benzo[1,2-b:4,5-b’]dithiophene (BDT)-based polymers [13–15] (see Figure 1a) synthesized via multi-step synthesis, PTQ10 has a very simple molecular structure (see Figure 1b), and it can be synthesized via simple two-step reactions with cheap raw materials. Low-cost and efficient polymer donors have gained relative less attention in recent years, and only a few polymers with these features have been developed until now [9]. We had reviewed and summarized the representative low-cost and efficient polymer donors (see Table S1 and Figure S7). It was shown that these types of polymers are promising donor materials for high-performance PSCs [16–22]. Therefore, we expected to develop new low-cost and efficient polymer donors.
promising donor materials for high-performance PSCs [16–22]. Therefore, we expected to develop new low-cost and efficient polymer donors.

Indolo[2,3-b] quinoxaline (IQ) is a unique planar built-in donor–acceptor heterocyclic unit that can be considered as the fusion of electron-deficient quinoxaline and electron-rich indole. Some IQ small molecular derivatives have been applied as promising multifunctional anti-Alzheimer agents [23], photosensitizers [24–26], hole injection-layer materials [27] and non-fullerene acceptors [28]. In this work, we designed an IQ-based polymeric p-type semiconductor material (PIQ) for polymer solar cells. The molecular design strategy is shown in Figure 1c. This polymer contains simple thiophene and difluorine-substituted IQ units with two-dimensional (2D) conjugated backbone. The 2D conjugated structure is favorable for intermolecular carrier transporting [29–31]. The fluorination of the IQ unit is to improve molecular planarity via S···F non-covalent interactions and further enhance carrier transporting [32–35]. The alkyl side chain on the IQ unit is to ensure good solubility.

2. Materials and Methods

2.1. Materials

9-(Iodomethyl)nonadecane (97%, Lyntech), 3,6-Dibromo-4,5-difluorobenzene-1,2-diamine (98%, Zhengzhou Ruke Biological, Zhengzhou, China), indoline-2,3-dione (97%, Rhawn), and 2,5-bis(trimethylstannyl)thiophene (99%, bidepharm), potassium carbonate (K$_2$CO$_3$, 98%, Aladdin), N,N-Dimethylformamide (DMF, AR, 99.5%, Aladdin), toluene (99.5%, Aladdin), acetic acid (CH$_3$COOH, 99.7%, Aladdin), Tris(dibenzylideneacetone)dipalladium(0) (Pd$_2$(dba)$_3$, 97%, Aladdin), Tri(o-tolyl)phosphine (P(o-tolyl)$_3$, 97%, Aladdin), calcium hydride (95%, Aladdin), molecular sieves (3Å, Aladdin), 2,2'-(2Z,2′Z)-(12,13-
bis(2-ethylhexyl)-3,9-diundecyl-12,13-dihydro-[1,2,5]thiadiazolo-[3,4-c]thieno[2\',3\':4',5']thieno[2',3':4,5]pyrrolo[3,2-g]thieno[2',3':4,5]thieno[3,2-b]indole-2,10-diyl]bis(methanylidene)bis(5,6-difluoro-3-oxo-2,3-dihydro-1H-indole (Y6, 98%, Zhengzhou Alfachem Co., Ltd., Zhengzhou, China) were used as received. Toluene was distilled over calcium hydride under an argon atmosphere and was then dried with 3Å molecular sieves. The detailed synthesis routes are shown in Scheme 1.

Scheme 1. Synthetic routes of the PIQ.

2.2. Synthesis of 1,4-Dibromo-2,3-difluoro-6-(2-octyldodecyl)-6H-indolo[2,3-b]quinaxaline

[Route 1] 1-(2-octyldodecyl) indoline-2,3-dione (1) [35] was synthesized according to literature procedures. Quantities of 3,6-dibromo-4,5-difluorobenzene-1,2-diamine (0.66 mmol, 0.2033 g) and 1-(2-octyldodecyl)indoline-2,3-dione (0.54 mmol, 0.2309 g) were added to a Schlenk reaction flask (38 mL) under an argon atmosphere, followed by the addition of deoxygenated acetic acid (3.5 mL), and the reaction was carried out at 120 °C for 16 h. After the reaction was cooled to room temperature, the mixture was poured into cold water (100 mL). It was then extracted with dichloromethane (50 mL × 3). The combined organic layers were washed with water and brine then dried over anhydrous magnesium sulfate. After removing the solvent, the crude product was purified by flash column chromatography (silica gel, dichloromethane: petroleum ether = 1:2, v/v) to afford the titled compound (0.1779 g, 59.7%) as a yellow solid.

[Route 2] Indoline-2,3-dione (0.66 mmol, 0.0991 g) and 3,6-dibromo-4,5-difluorobenzene-1,2-diamine (0.55 mmol, 0.1694 g) were added to a Schlenk reaction flask (38 mL) under argon atmosphere, followed by the addition of deoxygenated acetic acid (1.8 mL), and the reaction was carried out at 120 °C for 16 h. After the reaction was cooled to room temperature, the mixture was poured into cold water (100 mL). It was then extracted with dichloromethane (50 mL × 3). The combined organic layers were washed with water and brine then dried over anhydrous magnesium sulfate. After removing the solvent, the crude product was purified by flash column chromatography (silica gel, dichloromethane: petroleum ether = 1:2, v/v) to afford the titled compound (0.1083 g, 28.9%) as a yellow solid.
were washed with water and brine and dried over anhydrous magnesium sulfate. After removing the solvent, the crude product was purified by flash column chromatography (silica gel, dichloromethane: petroleum ether = 1:4, v/v) to afford the titled compound (0.1779 g, 59.7%) as a yellow solid.

\[ ^1H\text{ NMR (400 MHz, CDCl}_3, \text{ ppm):}\delta 8.55 (d, J = 7.7 Hz, 1H), 7.75 (t, J = 7.7 Hz, 1H), 7.50 (d, J = 8.2 Hz, 1H), 7.43 (t, J = 7.6 Hz, 1H), 4.41 (d, J = 7.4 Hz, 2H), 2.31–2.22 (m, 1H), 1.51–1.47 (m, 2H), 1.28–1.18 (m, 30H), 0.86 (q, J = 7.1 Hz, 6H). \]

\[ ^{13}C\text{ NMR (125 MHz, CDCl}_3, \text{ ppm):}\delta 150.60, 148.80, 147.12, 146.09, 145.22, 140.65, 135.75, 133.58, 132.02, 123.74, 121.56, 118.81, 110.24, 108.14, 46.30, 37.26, 32.05, 31.76, 30.08, 29.85, 29.75, 29.68, 29.63, 29.46, 26.36, 22.83, 14.27. \]

2.3. Synthesis of the Polymer PIQ

Quantities of 1,4-dibromo-2,3-difluoro-6-(2-octyldodecyl)-6H-indolo[2,3-b]quinoxaline (0.2 mmol, 0.1387 g), 2,5-bis(trimethylstannyl)thiophene (0.2 mmol, 0.0828 g), and toluene (6 mL) were added to a oven-dried Schlenk tube (100 mL) under argon atmosphere. The mixture was degassed with argon for 30 min. Next, \text{Pd}_2(\text{dba})_3 (0.004 mmol, 0.0037 g) and \text{P(o-tolyl)}_3 (0.016 mmol, 0.009 g) were added. After being degassed with argon for another 10 min, the tube was sealed. The tube was placed in a 110°C oil bath. After 48 h, it was cooled down to room temperature. The reaction mixture was poured into stirring methanol to precipitate the crude product. The precipitate was collected by filtration and was further purified by sequential Soxhlet extractions with methanol and petroleum ether. The residue after Soxhlet extractions was then extracted with chloroform. The chloroform solution was re-precipitated with methanol. The resulting solid was collected and then dried to obtain the title polymer (0.0989 g, 80.3%) as a purple-black solid.

\[ ^1H\text{ NMR (600 MHz, CDCl}_3, \text{ ppm):}\delta 8.43(br, 2H), 7.55–7.08(br, 4H), 4.27 (br, 2H), 2.02–0.88 (br, 38H). \]

\[ \text{GPC (THF): } M_n = 7.1 \text{ kDa}, D = 1.98. \]

\[ T_d (5\%\text{ loss}) = 464^\circ\text{C}. \]

2.4. Device Fabrication and Characterization

The OPV device structure was set to ITO/PEDOT:PSS/PIQ:Y6/PDINN/Ag. The ITO glass substrates were ultrasonicated in deionized water with various reagents (acetone and 1,2-propanol), and dried in ambient atmosphere for 15 h. The dried glass substrates were treated with UV ozone for 20 min, and the PEDOT:PSS layers were spin-coated onto substrates at 7000 rpm for 60 s. The PEDOT:PSS layers had a thickness of 30 nm. Next, the film underwent an annealing process in the air at 150°C for 15 min. The substrates were transferred into an Ar-filled glove box to spin-coat the active layers. The active layer materials PIQ and Y6 were dissolved in chloroform with a 1:1 weight ratio at a total concentration of 16.8 mg/mL. The solution of the PIQ and Y6 was subsequently spin-coated onto the hole transport layer (PEDOT: PSS), and the spin speed was 2000 rpm for 50s, to form ca. 80 nm uniform active layers. After that, the active layer needed to anneal for 12 min at 100°C in the vacuum glove box. Finally, a thin PDINN layer (ca. 1 nm) and Ag (ca. 120 nm) were evaporated in a high vacuum chamber (ca. 4 × 10^{-6} torr). After this step, the device can be used for corresponding characterizations. Under AM1.5 solar illumination, \text{J-V} curves were measured by PV Test Solutions solar simulator. The external quantum efficiency (EQE) of the solar cells was tested using Zolix SolarCellScan 100.

3. Results and Discussion

PIQ can be synthesized with low cost via a three-step reaction from cheap raw materials. Two synthetic routes were explored to obtain monomer 3 with indoline-2,3-dione as the cheap raw material. N-alkylation reaction between 1-(2-octyldodecyl)indoline-2,3-dione and 9-(iodomethyl)nonadecane was used to synthesize compound 1 in a high yield of 97.4%. The acetic acid-catalyzed condensation reaction between compound 1 and 3,6-dibromo-4,5- difluorobenzene-1,2-diamine was conducted to synthesize monomer 3
in a low yield of 28.9%. Thus, monomer 3 was obtained with a low overall yield of 28% through this synthetic route. An improved route is to conduct the acetic acid-catalyzed condensation reaction followed by the N-alkylation reaction, as monomer 3 could be obtained with a reasonable overall yield of 46%. The Stille cross-coupling polycondensation of 2,5-bis(trimethylstannyl) thiophene and monomer 3 was performed to gain the target polymer PIQ as a purple-black solid (80.3% yield). The number average molecular weight and polydispersity index for PIQ were 7.1 kDa and 1.98, respectively, and PIQ had good solubility in common organic solvents. We performed synthesis cost calculations of the polymer PIQ using the model developed by Li et al. [36], which can be used as a rough indication of synthetic complexity. The results were displayed in Supporting Information (see Table S2). The cost of PIQ synthesized via route 1 is approximately 414.3 ¥/g, whereas the cost of PIQ synthesized via route 2 is approximately 241.1 ¥/g. The latter is significantly lower than the former, indicating that route 2 is the preferable route. As shown in Table S3, the synthesis cost of PIQ is compared to those of some famous polymer donors (e.g., PTQ10, PBDB-T, and PM6) [37–39].

3.1. Optical Properties

To study the optical properties of polymer PIQ, the UV-vis absorption spectra of monomer 3 and PIQ were tested. The photograph and absorption spectra of monomer 3 and polymer PIQ in dilute chlorobenzene solutions are shown in Figure 2a. PIQ solution exhibited absorption edge at 663 nm, which red-shifted over 188 nm relative to the monomer 3 solution. Introduction of the electron-donating thiophene to conjugated backbone can significantly enhance electronic delocalization along the chain axis via intramolecular charge transfer [40–42]. The monomer 3 solution has a strong absorption at 400–470 nm with a maximum absorption coefficient (ε) of 1.25 × 10^5 M⁻¹ cm⁻¹, whereas the polymer PIQ solution has a much larger range of absorption, showing strong absorption in the 400–660 nm range with a slightly higher maximum absorption coefficient of 1.37 × 10^5 M⁻¹ cm⁻¹ (Figure 2b). The absorption spectra of PIQ as a thin film is also displayed in Figure 2a. Compared to that of its solution, a distinct red shift by 22 nm was observed due to stronger aggregation in a solid state. The bandgap of PIQ as a thin film was estimated to be 1.80 eV, which could be comparable to that of PTQ10 and matched well with the typical low-bandgap acceptor of Y6 (see Figure S9 for its molecular structure) to show a complementary absorption [12,43]. The optical properties of PIQ are summarized in Table 1.

Figure 2. (a) Normalized UV-vis absorption spectra of monomer 3 and polymer PIQ in chlorobenzene solutions and PIQ as thin film (insert, photograph); (b) UV-vis absorption spectra of monomer 3 and PIQ in chlorobenzene solutions.
Table 1. The optical and electrochemical properties of PIQ.

| Polymer | \( \lambda_{\text{max}}^{\text{sol}} \) (nm) | \( \lambda_{\text{ons}}^{\text{film}} \) (nm) | \( \lambda_{\text{ons}}^{\text{film}} \) (nm) | \( E_{g}^{\text{opt}} \) (eV) | \( E_{\text{red}}/E_{\text{LUMO}} \) (V/eV) | \( E_{\text{ox}}/E_{\text{HOMO}} \) (V/eV) |
|---------|-----------------|-----------------|-----------------|-----------------|-----------------|-----------------|
| PIQ     | 564             | 570             | 687             | 1.80            | 1.20/−3.51      | 0.87/−5.58      |

1 Calculated by the equation: \( E_{g}^{\text{opt}} = \frac{\lambda_{\text{ons}}^{\text{film}} \lambda_{\text{ons}}^{\text{film}}}{\lambda_{\text{ons}}^{\text{film}}} \); \( E_{\text{LUMO}} = −e(E_{\text{red}} + 4.71) \); \( E_{\text{HOMO}} = −e(E_{\text{ox}} + 4.71) \) eV.

3.2. Electrochemical Properties

The electronic energy levels of PIQ were measured by electrochemical cyclic voltammetry (Figure 3). The highest occupied molecular orbital (HOMO) and lowest unoccupied molecular (LUMO) levels of PIQ were estimated to be −5.58/−3.51 eV from the first onset oxidation and onset reduction potentials, respectively. The electrochemical properties of PIQ are also summarized in Table 1. The value of the electrochemical band gap for PIQ thin film was found to be 2.07 eV, which was larger than that of its optical band gap (1.8 eV). This may be due to the exciton binding energy for conjugated polymers [44].

Figure 3. (a) Cyclic voltammetry curve of the PIQ thin film; (b) energy level diagram of the PIQ donor and Y6 acceptor.

3.3. Thermal Properties and X-ray Diffraction Characterization

The thermal stability of the PIQ polymer was tested by thermogravimetric analysis by taking approximately 6 mg of sample and placing it in an alumina ceramic crucible under nitrogen protection at a temperature increase rate of 20 °C/min up to 600 °C. The mass change of the sample at different temperatures was observed by heating. Organic polymer semiconductor materials can be considered to have good thermal stability when the temperature of 5% thermal weight loss is above 300 °C, which fulfills the requirements of optoelectronic device construction and testing. The temperature of 5% thermal weight loss of PIQ was 464 °C (see Figure S6), indicating that PIQ has good thermal stability.

To investigate the crystallinity of PIQ film, the X-ray diffraction (XRD) measurement was performed on a drop-cast film of PIQ (Figure S6). The sample showed distinct 100 peak at 5.17°, corresponding to a lamellar distance of 17.08 Å.

3.4. Photovoltaic Properties and Photoluminescence Characterization

To study the photovoltaic properties of PIQ, we fabricated BHJ polymer solar cells with a device structure of ITO/PEDOT:PSS/PIQ:Y6/PDINN/Ag (Figure 4c). The corresponding energy level diagram of the related materials is shown in Figure 4d. The polymer PIQ and Y6 were dissolved in chloroform. Devices with a donor/acceptor (D/A) ratio of 1:1 were fabricated. As illustrated in Figure 4a, a power conversion efficiency (PCE) of 6.41% was achieved with the fill factor (FF) of 46.6%, combined with the \( J_{\text{SC}} \) of 18.65 mA/cm².)
and $V_{OC}$ of 0.737 V. The $J_{SC}$ value of polymer solar cells can be confirmed by the external quantum efficiency (EQE) measurement, and the result is shown in Figure 4b. Thin-film photoluminescence (PL) spectra of PIQ, PIQ:Y6 blend were measured (Figure 5). Blending PIQ with Y6 results in strong fluorescence quenching, indicating efficient photo-induced charge transfer [2,45] between PIQ and Y6 in blend.

![Figure 4](image-url)

**Figure 4.** (a) J–V curve of the PIQ: Y6 blend-based polymer solar cells; (b) EQE spectrum of the PIQ: Y6 blend-based polymer solar cells; (c) schematic diagram of the device structure; (d) energy level diagram of the related materials.

![Figure 5](image-url)

**Figure 5.** Thin-film photoluminescence spectra of PIQ and PIQ: Y6 blend.

4. Conclusions

In summary, a new polymer donor, PIQ, has been developed. PIQ can be easily gained via a simple three-step reaction from cheap raw materials with reasonable overall yield. PIQ has a medium bandgap of 1.80 eV, a broad and strong absorption feature in the wavelength range of 400–650 nm, and a low-lying HOMO energy level. The PSCs based on binary blend with PIQ as donor and Y6 as acceptor displayed a reasonable PCE of 6.41%. We believe that the tuning of physicochemical properties of the PIQ via
optimization of conjugated backbones and side chains and its polymerization reaction may bring about further improvement in photovoltaic performance. We have developed the indoloquinoxaline-based polymer as the donor material for organic solar cells, and we also believe that indoloquinoxaline-based polymers can be promising low-cost and efficient polymer donor photovoltaic materials.

Supplementary Materials: The following supporting information can be downloaded at: https://www.mdpi.com/article/10.3390/polym14081554/s1, Figures S1–S3: NMR spectrum; Figure S4: GPC test result of the polymer PIQ; Figure S5: TGA curve of the polymer PIQ; Figure S6: XRD pattern of the polymer PIQ thin film; Figure S7: Chemical structures of polymer donors involved in Table S1; Figure S8: Chemical structures of PBDB-T and PBDB-T-2F; Figure S9: Chemical structures of Y6; Table S1: Survey of polymer solar cells based on some representative low-cost and efficient donor polymers materials; Table S2: Survey of calculated chemical synthesis costs for PIQ; Table S3: Comparison of the synthetic steps and synthesis costs for polymer donor materials.

Author Contributions: Y.G.—methodology, investigation, writing—original draft; Z.L.—methodology, investigation, writing—original draft; M.S.—methodology, investigation; P.D.—project administration, funding acquisition, conceptualization, supervision, writing—review and editing; X.L.—methodology, investigation; J.L.—methodology, investigation; L.Z.—methodology, investigation; H.Y.—project administration, resources, supervision. All authors have read and agreed to the published version of the manuscript.

Funding: This work was supported by (1) the Natural Science Foundation of Fujian (2021J01596); (2) the National Undergraduate Training Program for Innovation and Entrepreneurship (202110386033); (3) the Shandong Provincial Natural Science Foundation (ZR2021QF016).

Institutional Review Board Statement: Not applicable.

Informed Consent Statement: Not applicable.

Data Availability Statement: The data presented in this study are available on request from the corresponding author.

Conflicts of Interest: The authors declare no conflict of interest.

References
1. Gopalakrishnan, V.; Balaji, D.; Dangate, M.S. Review-Conjugated Polymer Photovoltaic Materials: Performance and Applications of Organic Semiconductors in Photovoltaics. ECS J. Solid State Sci. Technol. 2022, 11, 035001. [CrossRef]
2. Lim, I.; Hoa Thi, B.; Shrestha, N.K.; Lee, J.K.; Han, S.-H. Interfacial Engineering for Enhanced Light Absorption and Charge Transfer of a Solution-Processed Bulk Heterojunction Based on Heptazole as a Small Molecule Type of Donor. ACS Appl. Mater. Inter. 2016, 8, 8636–8643. [CrossRef] [PubMed]
3. Nitschke, P.; Jarzabek, B.; Vasylieva, M.; Godzierz, M.; Janeczek, H.; Musiol, M.; Domiński, A. The Effect of Alkyl Substitution of Novel Imines on Their Supramolecular Organization, Towards Photovoltaic Applications. Polymers 2021, 13, 1043. [CrossRef] [PubMed]
4. Luo, D.; Jang, W.; Babu, D.D.; Kim, M.S.; Wang, D.H.; Kyaw, A.K.K. Recent Progress in Organic Solar Cells Based on Non-Fullerene Acceptors: Materials to Devices. J. Mater. Chem. A 2022, 10, 3255–3295. [CrossRef]
5. Li, Y.; Huang, W.; Zhao, D.; Wang, L.; Jiao, Z.; Huang, Q.; Wang, P.; Sun, M.; Yuan, G. Recent Progress in Organic Solar Cells: A Review on Materials from Acceptor to Donor. Molecules 2022, 27, 1800. [CrossRef]
6. Zheng, Z.; Wang, J.; Bi, P.; Ren, J.; Wang, Y.; Yang, Y.; Liu, X.; Zhang, S.; Hou, J. Tandem Organic Solar Cell with 20.2% Efficiency. Joule 2022, 6, 171–184. [CrossRef]
7. Xue, R.; Zhang, J.; Li, Y.; Li, Y. Organic Solar Cell Materials toward Commercialization. Small 2018, 14, 1801793. [CrossRef]
8. Li, S.; Yuan, X.; Zhang, Q.; Li, B.; Li, Y.; Sun, J.; Feng, Y.; Zhang, X.; Wu, Z.; Wei, H.; et al. Narrow-Bandgap Single-Component Polymer Solar Cells with Approaching 9% Efficiency. Adv. Mater. 2021, 33, 2101295. [CrossRef]
9. Zhao, F.; Zhou, J.; He, D.; Wang, C.; Lin, Y. Low-Cost Materials for Organic Solar Cells. J. Mater. Chem. C 2021, 9, 15395–15406. [CrossRef]
10. Jessop, I.A.; Chong, A.; Graffo, L.; Camarada, M.B.; Espinoza, C.; Angel, F.A.; Saldías, C.; Tudidor-Camba, A.; Terraza, C.A. Synthesis and Characterization of a 2,3-Dialkoxynaphthalene-Based Conjugated Copolymer Via Direct Arylation Polymerization for Organic Electronics. Polymers 2020, 12, 1377. [CrossRef]
11. Ramoroka, M.E.; Mdletshe, S.B.; John-Denk, V.S.; Modibane, K.D.; Arendse, C.J.; Iwuoha, E.I. Synthesis and Photovoltaics of Novel 2,3,4,5-Tetrahydropyridine-Co-Poly(3-Hexylthiophene-2,5-Diyil) Donor Polymer for Organic Solar Cell. Polymers 2020, 13, 2. [CrossRef] [PubMed]

12. Sun, C.; Pan, F.; Bin, H.; Zhang, J.; Xue, L.; Qiu, B.; Wei, Z.; Zhang, Z.; Li, Y. A Low Cost and High Performance Polymer Donor Material for Polymer Solar Cells. Nat. Commun. 2018, 9, 743. [CrossRef] [PubMed]

13. Ye, L.; Zhang, S.; Huo, L.; Zhang, M.; Hou, J. Molecular Design toward Highly Efficient Photovoltaic Polymers Based on Two-Dimensional Conjugated Benzodithiophene. Acc. Chem. Res. 2014, 47, 1595–1603. [CrossRef] [PubMed]

14. Zhao, J.; Li, Q.; Liu, S.; Cao, Z.; Jiao, X.; Cai, Y.; Huang, F. Bithieno [3,4-c]Pyrazole-4,6-Dione-Mediated Crystallinity in Large-Bandgap Polymer Donors Directs Charge Transportation and Recombination in Efficient Nonfullerene Polymer Solar Cells. ACS Energy Lett. 2020, 5, 367–375. [CrossRef]

15. Li, H.; Yang, W.; Wang, W.; Wu, Y.; Yang, T.; Min, J. Wide Bandgap Donor Polymers Containing Carbonyl Groups for Efficient Non-Fullerene Polymer Solar Cells. Dye. Pigment. 2019, 186, 108987. [CrossRef]

16. Sun, C.; Pan, F.; Chen, S.; Wang, R.; Sun, R.; Shang, Z.; Qiu, B.; Min, J.; Lv, M.; Meng, L.; et al. Achieving Fast Charge Separation and Low NonRadiative Recombination Loss by Rational Fluorination for High-Efficiency Polymer Solar Cells. Adv. Mater. 2019, 31, 1905480. [CrossRef]

17. Qiu, B.; Chen, S.; Sun, C.; Yuan, J.; Zhang, X.; Zhu, C.; Qin, S.; Meng, L.; Zhang, Y.; Yang, C.; et al. Understanding the Effect of the Third Component PC$_7$BM on Nanoscale Morphology and Photovoltaic Properties of Ternary Organic Solar Cells. Sol. RRL 2020, 4, 1900540. [CrossRef]

18. Yang, J.; Geng, Y.F.; Li, J.F.; Zhao, B.M.; Guo, Q.; Zhou, E.J. A-DA’ D-A-Type Non-fullerene Acceptors Containing a Fused Heptacyclic Ring for Poly(3-hexylthiophene)-Based Polymer Solar Cells. J. Phys. Chem. C 2020, 124, 24616–24623. [CrossRef]

19. He, K.; Kumar, P.; Abd-Elah, M.; Liu, H.; Li, X.; Zhang, Z.; Wang, J.; Li, Y. Alkylxoxime Side Chain Enabled Polythiophene Donors for Efficient Organic Solar Cells. Macromolecules 2020, 53, 8796–8808. [CrossRef]

20. Ren, J.; Bi, P.; Zhang, J.; Liu, J.; Wang, J.; Xu, Y.; Wei, Z.; Zhang, S.; Hou, J. Molecular Design Revitalizes the Low-cost PT-volmer for Highly Efficient Organic Solar Cells. Nat. Sci. Rev. 2021, 8, nwra031. [CrossRef]

21. Xiao, J.; Jia, X.; Duan, C.; Huang, F.; Yip, H.-L.; Cao, Y. Surpassing 13% Efficiency for Polythiophene Organic Solar Cells Processed from Nonhalogenated Solvent. Adv. Mater. 2021, 33, 2008158. [CrossRef] [PubMed]

22. Yang, C.; Zhang, S.; Ren, J.; Bi, P.; Yuan, X.; Hou, J. Fluorination Strategy Enables Greatly Improved Performance for Organic Solar Cells Based on Polythiophene and Their Antimicrobial Activity. Chem. Lett. 2021, 52, 2274–2278. [CrossRef]

23. Manna, K.; Agrawal, Y. Microwave Assisted Synthesis of New Indophenazine 1,3,5-Trisubstituted Pyrazoline Derivatives of Benzofuran and Their Antimicrobial Activity. Biorg. Med. Chem. Lett. 2009, 19, 2688–2692. [CrossRef] [PubMed]

24. Qian, X.; Wang, X.; Shao, L.; Li, H.; Yan, R.; Hou, L. Molecular Engineering of D-D-pi A Type Organic Dyes Incorporating Indoloquinoline and Phenothiazine for Highly Efficient Dye Sensitized Solar Cells. J. Power Sour. 2016, 326, 129–136. [CrossRef]

25. Su, R.; Ashraf, S.; Lyu, L.; El-Shafei, A. Tailoring Dual-Channel Anchorable Organic Sensitizers with Indolo[2,3-b]quinoline Moieties: Correlation Between Structure and DSSC Performance. Sol. Energy. 2020, 206, 443–454. [CrossRef]

26. Venkateswararao, A.; Tyagi, P.; Thomas, K.; Chen, P.; Ho, K. Organic Dyes Containing Indolo[2,3-b]quinoline as a Donor: Synthesis, Optical and Photovoltaic Properties. Tetrahedron 2014, 70, 6318–6327. [CrossRef]

27. Dong, D.; Fang, D.; Li, H.; Zhu, C.; Zhao, X.; Li, J.; Jin, L.; Xie, L.; Chen, L.; Zhao, J.; et al. Direct Arylated 6-H-indolo[2,3-b]quinoline Derivative as a Thickness-Dependent Hole-Injection Layer. Chem. Asian J. 2017, 12, 920–926. [CrossRef]

28. Payne, A.; Li, S.; Daynek, S.; Risko, C.; Welch, G. An Unsymmetrical Non-Fullerene Acceptor: Synthesis via Direct Heteroarylation, Self-Assembly, and Utility as A Low Energy Absorber in Organic Photovoltaic Cells. Chem. Commun. 2017, 53, 10168–10171. [CrossRef]

29. Chao, P.; Wang, H.; Qu, S.; Mo, D.; Meng, H.; Chen, W.; He, F. From Semi- to Full-Two-Dimensional Conjugated Side-Chain Design: A Way toward Comprehensive Solar Energy Absorption. Macromolecules 2017, 50, 9617–9625. [CrossRef]

30. Zhang, Z.; Bai, Y.; Li, Y. Benzotriazole Based 2D-conjugated Polymer Donors for High Performance Polymer Solar Cells. Chinese J. Polym. Sci. 2021, 39, 1–13. [CrossRef]

31. Kim, T.; Lee, J.; Heo, J.; Lim, B.; Kim, J. Highly Efficient Polymer Solar Cells with a Thiénylpyrólediené and Benzodithiophene Containing Planar Random Copolymer. Polym. Chem. 2018, 9, 1216–1222. [CrossRef]

32. Lim, B.; Long, D.; Han, S.; Nah, Y.; Noh, Y. Well-defined Alternative Polymer Semiconductor Using Large Size Regioregular Building Blocks as Monomers: Electrical and Electrochemical Properties. J. Mater. Chem. C 2018, 6, 5662–5670. [CrossRef]

33. Choi, E.; Eom, S.; Song, C.; Nam, S.; Lee, J.; Woo, H.; Jung, I.; Yoon, S.; Lee, C. Synthesis and Characterization of a Wide Bandgap Polymer Based on a Weak Donor-Weak Acceptor Structure for Dual Applications in Organic Solar Cells and Organic Photodetectors. Org. Electron. 2017, 46, 173–182. [CrossRef]

34. Yang, J.; Uddin, M.; Tang, Y.; Wang, Y.; Wang, Y.; Su, H.; Gao, R.; Chen, Z.; Dai, J.; Woo, H.; et al. Quinoxaline-Based Wide Band Gap Polymers for Efficient Nonfullerene Organic Solar Cells with Large Open-Circuit Voltages. ACS Appl. Mater. Interfaces 2018, 10, 23235–23246. [CrossRef]

35. He, K.; Li, X.; Liu, H.; Zhang, Z.; Kumar, P.; Ngai, J.; Wang, J.; Li, Y. D-A Polymer with a Donor Backbone-Acceptor-side-chain Structure for Organic Solar Cells. Asian J. Org. Chem. 2020, 9, 1301–1308. [CrossRef]

36. Li, X.; Pan, F.; Sun, C.; Zhang, M.; Wang, Z.; Du, J.; Wang, J.; Xiao, M.; Xue, L.; Zhang, Z.-G.; et al. Simplified Synthetic Routes for Low Cost and High Performance n-type Organic Semiconductor Acceptors. Nat. Commun. 2019, 10, 519. [CrossRef]
37. Loewe, R.S.; Khersonsky, S.M.; McCullough, R.D. A Simple Method to Prepare Head-to-tail Coupled, Regioregular Poly(3-alkythiophenes) Using Grignard Metathesis. *Adv. Mater.* 1999, 11, 250–253. [CrossRef]

38. Qian, D.; Ye, L.; Zhang, M.; Liang, Y.; Li, L.; Huang, Y.; Guo, X.; Zhang, S.; Tan, Z.; Hou, J. Design, Application, and Morphology Study of a New Photovoltaic Polymer with Strong Aggregation in Solution State. *Macromolecules* 2012, 45, 9611–9617. [CrossRef]

39. Zhang, M.; Guo, X.; Ma, W.; Ade, H.; Hou, J. A Large-Bandgap Conjugated Polymer for Versatile Photovoltaic Applications with High Performance. *Adv. Mater.* 2015, 27, 4655–4660. [CrossRef]

40. Xie, R.; Song, L.; Zhao, Z. Comparing Benzodithiophene Unit with Alkylthionaphthyl and Alkylthiobiphenyl Side-Chains in Constructing High-Performance Nonfullerene Solar Cells. *Polymers* 2020, 12, 1673. [CrossRef]

41. Murad, A.R.; Iraqi, A.; Aziz, S.B.; Abdullah, S.N.; Brza, M.A.; Saeed, S.R.; Abdulwahid, R.T. Fabrication of Alternating Copolymers Based on Cyclopentadithiophene-Benzothiadiazole Dicarboxylic Imide with Reduced Optical Band Gap: Synthesis, Optical, Electrochemical, Thermal, and Structural Properties. *Polymers* 2020, 13, 63. [CrossRef] [PubMed]

42. Osw, P.; Nitti, A.; Abdullah, M.N.; Etkind, S.I.; Mwaura, J.; Galbiati, A.; Pasini, D. Synthesis and Evaluation of Scalable D-A-D π-Extended Oligomers as P-Type Organic Materials for Bulk-Heterojunction Solar Cells. *Polymers* 2020, 12, 720. [CrossRef] [PubMed]

43. He, K.; Kumar, P.; Yuan, Y.; Zhang, Z.; Li, X.; Liu, H.; Wang, J.; Li, Y. A Wide Bandgap Polymer Donor Composed of Benzodithiophene and Oxime-Substituted Thiophene for High-Performance Organic Solar Cells. *ACS Appl. Mater. Interfaces* 2021, 13, 26441–26450. [CrossRef] [PubMed]

44. Leenaers, P.J.; Maufort, A.J.L.A.; Wienk, M.M.; Janssen, R.A.J. Impact of π-Conjugated Linkers on the Effective Exciton Binding Energy of Diketopyrrolopyrrole–Dithienopyrrole Copolymers. *J. Phys. Chem. C* 2020, 124, 27403–27412. [CrossRef]

45. Zhang, Z.; Miao, J.; Ding, Z.; Kan, B.; Lin, B.; Wan, X.; Ma, W.; Chen, Y.; Long, X.; Dou, C.; et al. Efficient and thermally stable organic solar cells based on small molecule donor and polymer acceptor. *Nat. Commun.* 2019, 10, 3271. [CrossRef]